1. Remove damaged concrete as per standard repair methods.
2. Replace/clean any corroded reinforcing steel.
3. Ensure exposed reinforcing steel is securely fastened with tie wire to provide good electrical continuity.
4. Attach GALVASHIELD® XP anodes to clean reinforcing steel at an even spacing within patch area, or as outlined in project specifications (MAX 750mm).
5. GALVASHIELD® XP anodes are installed along the perimeter of the repair area when all chloride contaminated concrete has been removed. If any chloride contaminated concrete remains within the repair area and is in contact with any layer of reinforcing steel then it may be necessary to place GALVASHIELD® XP anodes in a grid pattern within the interior of the repair area.
6. Test electrical continuity of the reinforcing steel before installation and repair as necessary. Test electrical continuity of anode connection to reinforcing steel after installation. A DC voltage measurement of ≤1mV confirms good continuity.
7. Pour back repair area with compatible repair material as per project specifications.

GALVASHIELD® XP ANODE PROPERTIES

<table>
<thead>
<tr>
<th>Property</th>
<th>Value</th>
</tr>
</thead>
<tbody>
<tr>
<td>Minimum weight of zinc core</td>
<td>60 g</td>
</tr>
<tr>
<td>Overall length of tie wires</td>
<td>350 mm</td>
</tr>
<tr>
<td>Nominal dimensions of anode</td>
<td>65 mm Ø x 30 mm</td>
</tr>
<tr>
<td>Anode type / class</td>
<td>1A / P</td>
</tr>
</tbody>
</table>

Alkali Activated Corrosion Prevention

PLAN OF TYPICAL INSTALLATION TO SIDE OF REBAR

SECTION OF TYPICAL CONNECTION TO SIDE OF REBAR

ELEVATION OF TYPICAL INSTALLATION BELOW REBAR

PLAN OF TYPICAL INSTALLATION AT REBAR INTERSECTION
1. FOR REPAIR MATERIALS WITH A HIGH RESISTIVITY (GREATER THAN 15,000 Ohm-cm) A LOW-RESISTIVITY MORTAR POCKET MUST BE INSTALLED.

2. INSTALL GALVASHIELD® XP ANODE AS NORMAL.

3. MORTAR POCKET MUST BE MADE USING EITHER GALVASHIELD® EMBEDDING MORTAR OR ANY REPAIR MATERIAL WITH RESISTIVITY LESS THAN 15,000 Ohm-cm.

4. MORTAR POCKET WILL COMPLETELY FILL THE SPACE BETWEEN THE ANODE AND CONCRETE OVER A MINIMUM AREA OF 100mm IN DIAMETER.

CONDUCTIVE MORTAR BRIDGE FOR USE WITH HIGH RESISTIVITY REPAIR MORTARS

N.T.S.
1: Place anode snugly against face of reinforcing steel with one (1) wire on either side of reinforcing steel.

2 & 3: Bend one wire completely around reinforcing steel.

4 & 5: Bend second wire completely around reinforcing steel in the opposite direction.

6: Twist wires together tightly to complete the connection. Take care not to break the wires.